Green Synthesis of Pseudo-Cubic Ag/Ni Bimetallic Nanoparticles using Senna occidentalis Leaf Extract

To cite this article: Anuoluwa Abimbola Akinsiku et al 2019 J. Phys.: Conf. Ser. 1299 012133

View the article online for updates and enhancements.
Green Synthesis of Pseudo-Cubic Ag/Ni Bimetallic Nanoparticles using *Senna occidentalis* Leaf Extract

Anuoluwa Abimbola Akinsiku a *, Kolawole Oluseyi Ajanaku a * Enock Olugbenga Dare b, c **

a Department of Chemistry, Covenant University, Nigeria  
b Department of Chemistry, Federal University of Agriculture Abeokuta, Nigeria  
c Faculty of Chemistry and Pharmacy, Institute for Organic Chemistry, Regensburg University, Germany  

Corresponding authors: Anuoluwa Abimbola Akinsiku  
*anu.akinsiku@covenantuniversity.edu.ng  
Enock Olugbenga Dare** Enock-Olubenga.Dare@chemie.uni-regensburg.de

Abstract. This study reports plant-mediated co-reduction approach for the synthesis of Ag/Ni bimetallic nanoparticles (Ag/Ni BNPs). In view of sustainability development, aqueous leaf extract of an indigenous *Senna occidentalis* (coffee senna) acted as a reducing agent. Cold extraction was carried out on the biodiversity plant using water and methanol as solvent media by way of “green” synthesis. Qualitative analysis was done to identify possible secondary metabolites present in the extract. Synthesis of the nanohybrid was achieved using two different precursor concentrations at 70 °C. Techniques including Uv-visible spectroscopy, scanning electron microscopy and energy dispersive X-ray spectroscopy were engaged for optical, morphological and compositional characterisation of the Ag/Ni BNPs, respectively. The reaction colour changed from green to dark brown due to the excitation of electron and change in the electronic energy levels of metal nanoparticles. Presence of nickel in the nanohybrid resulted in blue shift in the absorbance wavelengths when compared with the corresponding monometallic Ag NPs (341 to 327 nm). The optical property displayed by Ag/Ni BNPs is a pointer for potential application as optical material.

Keywords: *Senna occidentalis*, secondary metabolite, optical property, Ag/Ni nanoparticles

1. Introduction

Quest for sustainability development is a demand in science and technology today. Nanotechnology has gained widespread attention in many fields especially in medicine. Hence, in a bid to safe human health and our environment, there is necessity to focus research on safer synthetic procedures via application of green chemistry which involves renewability, use of non-toxic chemicals, less energy, time saving protocols etc. [1].
Particles with dimension(s) between 1 and 100 nm have been identified to be highly efficient, and of greater performance upon applications in many areas; this is because of unique strength, large surface area, catalytic property, optical activity, strong binding ability among others (physicochemical properties) displayed by the nanoparticles [2-3]. It is worth mentioning that properties of nanoparticles are quite different compared to their bulk materials.

Different methods have been employed by researchers in preparing nanoparticles, these include: chemical, physical and biological procedures [4-5]. Unfortunately, there are disadvantages like intensive energy consumption in physical method which renders the procedure very expensive. Also, use of toxic chemical like sodium borohydride or sodium citrate as reducing agent in chemical method restricts application in clinical fields [6]. Moreover, nanoparticles prepared via chemical route involves use of non-renewable hazardous chemicals as stabilising and reducing agents which pose a threat to human health and environment. Thus, green nanotechnology is considered a way out to overcome the aforementioned challenges. Green synthesis of metal nanoparticles involves the use of organisms, plant extract via phytochemicals like alkaloid, saponins, flavonoid present in them as reducing agents [7]. Plant-based synthesis of nanoparticles has many advantages as the method is considered to be environmentally friendly, cheap and rapid.

Biodiversity plants are recognised for science related research [8]. *Senna occidentalis* (coffee senna) is a sub-tropical, erect, tall (0.8-1.5 m) plant which belongs to the family of Caesalpiniaceae. Its usage comprises liver detoxification, source of oil (seed part), immunity booster etc. [9]. Ethnobotanically, according to Abdillahi and Staden (2013) [10], coffee senna is used in the treatment of infertility and maternal healthcare in South Africa. It is also utilized for its antiparasitic activity in Gabon [11]. Part of Yoruba tribe in Nigeria take the plant in preparing concoction for 7th month pregnancy. Hammad and Suleiman (2015) [12] reported use of *S. occidentalis* (leaf part) in the treatment of malaria and jaundice in Northern Kordofan region of Sudan.

Taking a clue from Prieto et al. (2012) [13], bimetallic nanoparticles especially nanoparticles of Ag/Ni are of valuable application as catalysts, electromagnetic wave absorber, electrical contacts, switches and conductor material plating. Recent study revealed application of core-shell Ag/Ni nanoparticles in the hydrogen generation via catalysis [14]. Xiao et al. synthesized polyhedral and spherically shaped Ag/Ni bimetallic nanoparticles through laser ablation [15].

Unique optical properties displayed by bimetallic nanoparticles beyond their corresponding monometallic nanoparticles qualify them for application in information technology, sensing etc. [16]. Better electronic and catalytic properties also characterise BNPs which classify them as new emerging nanomaterials. Authors have developed hybrid nanoparticles like silver-gold alloy Au-Ag alloy [17], Pt-Rh nanoparticles using polyl synthesis method [18]. Zheng et al. [19] prepared methodical Fe-Pt alloy nanoparticles using direct green solid-phase reduction procedure.

Herein, we report synthesis of Ag/Ni BNPs using plant reduction green method. Biochemicals present in the leaf extract of *S. occidentalis* served as reducing agent instead of harmful chemicals. Optical and morphological analyses of the nanohybrid were carried also out.

2. Experimental

Plant-mediated co-reduction method was used for the Ag/Ni synthesis. Proposed mechanism of the reaction is similar to previous work [20].
2.1. Materials

*S. occidentalis* plant was collected in the vicinity of Covenant University, Nigeria. Taxonomical authentication was carried out at Federal Research Institute of Nigeria. Voucher FHI No. 109927 was also deposited at the institute herbarium headquarters [21]. Analytically pure AgNO$_3$ and Ni(NO$_3$)$_2$·6H$_2$O were purchased from Sigma-Aldrich company, they were used without additional purification.

![Image of S. occidentalis](image_url)

Fig. 1: Image of *S. occidentalis*

2.2. Methods

2.2.1. Preparation and qualitative analysis of *S. occidentalis* extract

Fresh leaves of coffee senna were rinsed thoroughly with double-distilled water (d-d water) so as to remove impurities. The leaves (25 g) were chopped into pieces with clean blender and extracted with 125 ml d-d water. Mixture was separated using filter paper (Whatman no. 1). Resulting extract was screened qualitatively using standard procedure to identify phytochemicals present [22,23]. The remaining plant extract was reserved in a refrigerator till further use.

2.2.2. Synthesis of Ag/Ni nanoparticles

Ag/Ni bimetallic nanoparticles was prepared by co-reduction method. Two concentrations of precursor solutions- 1.0 and 2.0 mM were prepared separately. To the solution of equal molar concentration mixture of AgNO$_3$ (150 mL) and Ni(NO$_3$)$_2$·6H$_2$O (150 mL) in a beaker, 30 mL of *S. occidentalis* extract was added. The solution was stirred continuously and heated up to 70°C using magnetic stirrer and hot plate respectively, until noticeable visual colour change was observed in the reaction. Formation and growth of nanoparticles were monitored by taking aliquots of the reaction solution at 10 minutes interval so as to measure absorbance, using Uv-vis spectrophotometer. Isolation of the nanoparticles was achieved by centrifugation method, by means of Thermo Fisher Scientific Centrifuge (Thermo Electron LED), operated at 10,000 rates per minute for 30 minutes. The process was repeated and finally re-dispersed in d-d water, and was centrifuged again. Resulting nanoparticles was dried in an oven at 60°C before characterisation.
2.2.3. **Sample characterisation**

Bio-reduction of the equal molar Ag\(^+\)/Ni\(^{2+}\) in the *S. occidentalis* extract was monitored and the optical measurements were recorded on a Genesys 10s Uv-vis spectrophotometer, at 1 nm resolution in the wavelength range between 200 and 800 nm at 25\(^\circ\)C. Morphology of the as-prepared nanoparticles was examined with Technai G2 transmission electron microscope (TEM) attached to energy-dispersive X-ray spectrometer (EDX). The equipment functioned at 20 \(\mu\)A current and 200 KeV accelerating voltage.

3. **Results and discussion**

3.1 **Qualitative analysis**

Results of phytochemical screening of *S. occidentalis* leaf extract is shown in Table 1. Substantial differences were observed in the bioactive agents present in the water and methanolic extracts of coffee senna leaves, as a result of extraction solvents used. Out of the eight biochemicals investigated, glycosides and carbohydrates were noticed in the water extract while additional groups namely, tannins, phenols, flavonoids and alkaloids were detected in the methanolic extract of the same plant; probably these additional groups were more methanol soluble, and the reason for not detecting them in the pure water solvents. Proposed mechanism of the reduction reaction is revealed in Schemes 1 and 2.

| Phytochemicals     | Water extract | Methanolic extract |
|--------------------|---------------|--------------------|
| Tannins            | -             | +                  |
| Phenols            | -             | +                  |
| Flavonoids         | -             | +++                |
| Saponins           | -             | -                  |
| Glycosides         | ++            | +++                |
| Anthraquinones     | -             | -                  |
| Alkaloids          | -             | +                  |
| Carbohydrates      | ++            | +++                |

(+) = Weak; (++) = Strong; (-) = Absence

Proposed mechanism of reaction is shown below in Schemes 1 and 2.

![Scheme 1](image)

Scheme 1: Bioreduction of silver/nickel ionsto silver/nickel nanoparticles by glycosides [20]
3.2. Optical analysis

Onset of nucleation and growth started so rapidly, as fast as 2 minutes of the reaction. The reaction colour changed from green to dark brown due to the excitation of electron and change in the electronic energy levels of metal NPs, which informed formation of nanoparticles. This also indicated that the bio-active components (Table 1) present in the *S. occidentalis* leaf extract which was responsible for the reduction of metal ions were adequate.

Optical characterisation was achieved by absorption spectroscopy technique. Absorbance of the nanohybrid was measured, and the Ag/Ni nanoparticles exhibited localised surface plasmon resonance as a result of induction of coherent oscillation of electrons during interaction of electromagnetic field with conduction band electrons in the metal [24]. Surface plasmon resonance band (SPRB) occurred at 327 and 330 nm in 1.0 and 2.0 mM solutions respectively. Higher absorption intensity was attained in the reduced 2.0 mM precursor. Fig. 2 is the absorption spectra of Ag/Ni nanoparticles at 10 minutes intervals. Narrow SPR band was observed in the absorption spectra at 1.0 mM concentration, unlike broad band observed at higher concentration which could plausibly be as a result of anisotropic growth which led to large particle formation. The broad band also connotes aggregation of nuclei and irregular shape according to Kamyshnyet *et al.* (2010) [25].

Existence of Ni in the hybrid nanoparticles formation resulted in blue shifted absorbance wavelength compared with the corresponding monometallic Ag NPs (341 to 327 nm) in 1.0 mM precursor solution from previous work [21]. The appearance of SPR below 400 nm suggests that the surface of the as-prepared nanohybrid may be enriched by both Co and Ni.

The noticed broad band around 330 nm when 2.0 mM precursor solution was reduced proposes that the surface of bimetallic nanoparticles is highly augmented by Ni, and this is corroborated by the TEM images (Figs. 3a and 4). The hypochromic shift in the absorbance wavelength proposes an application for medical purpose.

Considering redox reaction that took place during Ag/Ni nanohybrid formation, Ag⁺ got reduced preferentially due to its higher reduction potential compared with Ni²⁺ as shown in the redox reaction (Eq. 1-5).

\[ AgNO_3 \rightarrow Ag^+ + NO_3^- \]  \hspace{1cm} (1)
$$NiNO_3 \rightarrow +Ni^{2+} + NO_3^- $$ \hspace{1cm} (2)

$$Ag^+ (aq) + e^- \rightarrow Ag^0 (s) \hspace{1cm} (E_{\text{reduction}} = +0.80 \text{ V}) $$ \hspace{1cm} (3)

$$Ni^{2+} (aq) + 2e^- \rightarrow Ni^0 (s) \hspace{1cm} (E_{\text{reduction}} = -0.258 \text{ V}) $$ \hspace{1cm} (4)

Overall equation: \(Ag^+ + Ni \rightarrow Ag^0 + Ni^{2+}\) \hspace{1cm} (5)

Literature shows that when particle size is bigger than 6 nm, decrease in the SPR absorption intensity and broad peak are inevitable due to increase in the concentration of Ni which is noticeable in Fig. 2 [26]. This also suggests that the surface of the nanohybrid is nickel enriched, unlike monometallic Ag nanoparticles which appears around 400 nm in previous studies [27-29].

Morphological feature of the bio-synthesised nanoparticles Ag/Ni bimetallic nanoparticles deposited on a copper grid is depicted in Fig. 3. Broad size distribution of the nanoparticles range between 3 – 24 nm with a mean size of 10.25 ± 4.19 nm (Fig. 3a). The particles are pseudo cubic with little aggregation of nuclei. Nickel rich surface in the TEM micrograph corroborates the observed Uv-vis absorption spectra in the absorbance region less than 400 nm [30]. This is in agreement with elemental composition of the nanohybrid analysed by EDX (Fig. 5).

Synthesis of the bimetallic nanoparticles is supported by the result of EDX analysis (Fig. 5). Elemental analysis showed that silver and nickel were present approximately in the ratio 3:1. Oxygen and carbon were present with the atomic composition of 5.44% and 10.47% respectively, and this signified the presence of organic capping agent provided by the phytochemicals for stability.

Fig. 2: Uv–vis absorption spectra of Ag/Ni nanoparticles reduced with: (a) 1.0 mM (b) 2.0 mM solutions at 70°C
Fig. 3: (a) TEM image of Ag/Ni bimetallic plant-based synthesis (b) Histogram of particle size distribution

Fig. 4: Representative TEM images of Ag/Ni bimetallic nanoparticles
4. Conclusion

Synthesis of bimetallic Ag/Ni nanoparticles by green reduction method was successful. The nanoparticle surface is enriched in Ni as showed in the absorbance wavelength (330 nm). TEM images showed that the nanohybrid possess pseudo-cubic morphology, supported by the elemental composition revealed in the EDX analysis. No doubt, the nanoparticles possess optical activity as displayed in the Uv-vis absorption spectra, and the hypochromic shift in the absorbance wavelength proposes an application for medical purpose.

Acknowledgements

Authors acknowledge financial support provided by Covenant University for this publication.

Conflict of interest

No conflict is declared.

References

[1] Y. Lu, S. Ozcan. Green nanomaterials: On track for a sustainable future. Nano Today 10 (2015) 417-420
[2] I. Khan, K. Saeed, I. Khan. Nanoparticles: Properties, applications and toxicities. Arabian Journal of Chemistry, (2017), http://dx.doi.org/10.1016/j.arabjc.2017.05.011
[3] R. Keçili, S. Büyüktiryaki, C. M. Hussain. Advancement in bioanalytical science through nanotechnology: past, present and future. Trends in Analytical Chemistry, 110 (2019) 259-276
[4] N. Zikalala, K. Matshebe, S. Parani, O. S. Oluwafemi. Biosynthesis protocols for colloidal metal oxide nanoparticles. Nano-Structures & Nano-Objects, 16 (2018) 288-299
[5] P. N. Tri, C. Ouellet-Plamondon, S. Rtimi, A. A. Assadi, T. AnhNguyen. Noble Metal-
Metal oxide hybrid nanoparticles. Fundamentals and Applications Micro and Nano Technologies, (2019) 51-63

[6] K. B. Narayanan, N. Sakthivel. Biological synthesis of metal nanoparticles by microbes. Advances in colloid and interface science, 156 (2010) 1–13

[7] S. Ahmed, Annu, S. A. Chaudhry, S. Ikram. A review on biogenic synthesis of ZnO nanoparticles using plant extracts and microbes: A prospect towards Greenchemistry. Journal of photochemistry and photobiology: Biology, 166 (2017) 272–284

[8] J. O. Popoola, A. Adebambo, S. Ejoh, P. A. Agre, A. E. Adegbite, C. A. (2017). Morphological diversity and cytological studies in some accessions of Vigna vexillata (L.) A. Richard. Annual Research and Review in Biology, 19 5 (2017) 361-373

[9] A. A. Mariod, M. Elwathig, S. Mirghani, I. Hussein. Cassia (Senna) occidentalis L. (Coffee Senna). Unconventional oilseeds and oil sources, 1 (2017) 21-25

[10] H. S. Abdillahi, J. Van Staden. Application of medicinal plants in maternal healthcare and infertility: A South African perspective. Planta Medica, 79 (2013) 591-599

[11] I. B Ndob, L. E. Mengome, H. Bourouhou, Y. Banfora, F. Bivigou. Ethnobotanical survey of medicinal plants used as anthelmintic remedies in Gabon. Journal of Ethnopharmacology, 191 (2016) 360-370

[12] M. Hammad, A. Suleiman. An ethnobotanical survey of medicinal plants used by communities of Northern Kordofan region Sudan. Journal of Ethnopharmacology, 176 (2015) 232–242

[13] P. Prieto, V. Nistor, K. Nouragh, M. Oyama, M. Abd-Lefeldt, C. A. (2012). XPS study of silver, nickel and bimetallic silver–nickel nanoparticles prepared by seed-mediated growth. Applied Surface Science, 258 (2012) 8807–8813

[14] H. Guo, Y. Chen, X. Chen, R. Wen, G.-H. Yue, D.-L. Peng. Facile synthesis of near-monodisperse Ag@Ni core-shell nanoparticles and their application for catalytic generation of hydrogen. Nanotechnology, 22 (2011) 195604

[15] Q. Xia, Z. Yao, J. Liu, R. Hai, H. Y. Oderji, H. Ding. Synthesis and characterization of Ag–Ni bimetallic nanoparticles by laser-induced plasma. Thin Solid Films, 519 (2011) 7116-7119

[16] S. Debela, B. Mesfinb, T. Senbeta. Surface plasmon resonances in ellipsoidal bimetallic nanoparticles- Fundamentals and Applications. Photonics and Nanostructures, 33 (2019) 48–54

[17] C. Dwivedi, A. Chaudhary, S. Srinivasan, C. K. Nandi. Polymer stabilized bimetallic alloy nanoparticles: synthesis and catalytic application. Colloid and Interface Science Communications, 24 (2018) 62–67

[18] S. Bundli, P. Dhak, M. Jensen, A.E. Gunnæs, P. D. Nguyen, H. Fjellvåg, A. O. Sjåstad. Controlled alloying of Pt-Rh nanoparticles by the polyol approach. Journal of Alloys and Compounds, 779 (2019) 879-885

[19] Q. Zheng, Z. R. Zhang, J. Dub, L. L. Lin, W. X. Xia, J. Zhang, B.R. Bian, J. P. Liu. A novel direct reduction method to synthesize ordered Fe-Pt alloy nanoparticles. Journal of Materials Science & Technology, 35 (2019) 560–567

[20] A.A. Akinsiku, E.O. Dare, K. O. Ajanaku, O. O. Ajani, J. A.O. Olugbuyiro, T. O. Siyanbola, O. Ejiulde, M. E. Emetere. Modeling and synthesis of Ag and Ag/Ni bimetallic nanoparticles by green method: Optical and biological properties. International Journal of Biomaterials, (2018a), Article ID 9658080, 17 pages

[21] A. A. Akinsiku, K. O. Ajanaku, J. A. Adekoyina, E. O. Dare. Green synthesis, characterization of silver nanoparticles using Canna indica and Senna occidentalis leaf extracts. International Conference on African Development Issues, 2015.

[22] T. F. Owoweye, O. O. Ajani, D. K. Akinlabu, O. I. Ayanda. Proximate composition,
structural characterization and phytochemical screening of the seed oil of *Adenantherapavonina* Linn. *Rasāyan Journal of Chemistry*, 10 (2017) 807-814

[23] J. B. Minari, C. A. Okelola, N. C. Ugochukwu. *Analysis of Kras gene from induced pancreatic cancer rats administered with Momordica charantia and Ocimum basilicum leaf extracts*. *Journal of Traditional and Complementary Medicine*, 8 (2018) 282-288

[24] A. Zaleska-Medynska, M. Marchelek, M. Diak, E. Grabowska. *Noble metal-based bimetallic nanoparticles: the effect of the structure on the optical, catalytic and photocatalytic properties*. *Advances in Colloid and Interface Science*, 229 (2016) 80–107

[25] A. Kamyszny, S. Magdassi, V. M. Starov. *Aqueous dispersions of metallic nanoparticles. Preparation, stabilization and application*, CRC Press, 147 (2010)

[26] V. Vykovkal, J. Bursik, P. Roupceova, D. A. Cullen, J. Pinkas. *Solvothermal hot injection synthesis of core-shell AgNi nanoparticles*. *Journal of Alloys and Compounds*, 770 (2019) 377-385

[27] L. Xia, X. Hu, X. Kang, H. Zhao, M. Sun, X. Cihen. *A one-step facile synthesis of Ag–Ni core–shell nanoparticles in water-in-oil microemulsions*. *Colloids and Surfaces A: Physicochemical Engineering Aspects*, 367 (2010) 96–101

[28] A. A. Akinsiku, E. O. Dare, K. O. Ajanaku, J. A. Adekoya, S. O. Alayande, A. O. Adeyemi. *Synthesis of silver nanoparticles by plant-mediated green method: Optical and biological properties*. *Journal of Bionanoscience* 10, 3 (2016) 171–180

[29] A. A. Akinsiku, E. O. Dare, K. O. Ajanaku, J. A. Adekoya, J. Ayo-Ajayi, J. Green synthesized optically active organically capped silver nanoparticles using stem extract of African cucumber (*Momordica charantia*). *Journal of Materials and Environmental Science*, 9, 3 (2018b) 902-908.

[30] M. Ociejka, Z. Adamczyk, M. Morga, K. Kubiak. *Silver particle monolayers — Formation, stability, applications*. *Advances in Colloid and Interface Science*, 222 (2015) 530–563